Plastic flow coupled with a crack in some one- and two-dimensional quasicrystals

This article has been downloaded from IOPscience. Please scroll down to see the full text article.
2004 J. Phys.: Condens. Matter 165229
(http://iopscience.iop.org/0953-8984/16/29/014)

View the table of contents for this issue, or go to the journal homepage for more

Download details:
IP Address: 129.252.86.83
The article was downloaded on 27/05/2010 at 16:08

Please note that terms and conditions apply.

# Plastic flow coupled with a crack in some one- and two-dimensional quasicrystals 

TianYou Fan ${ }^{1,2}$, H-R Trebin ${ }^{2}$, U Messerschmidt ${ }^{3}$ and Y W Mai ${ }^{4}$<br>${ }^{1}$ Department of Physics, Beijing Institute of Technology, PO Box 327, Beijing 100081, People's Republic of China<br>${ }^{2}$ Institute of Theoretical and Applied Physics, University of Stuttgart, 70550 Stuttgart, Germany<br>${ }^{3}$ Max-Planck Institute of Microstructure Physics, 06120, Halle/Saale, Germany<br>${ }^{4}$ University of Sydney, Sydney, NSW 2006, Australia

Received 22 December 2003
Published 9 July 2004
Online at stacks.iop.org/JPhysCM/16/5229
doi:10.1088/0953-8984/16/29/014


#### Abstract

An analysis of a group of slip dislocations coupled with a crack dislocation group in some one- and two-dimensional quasicrystals is given. The extent of the plastic zone and the amount of the dislocation slip have been determined in a very explicit form.


## 1. Introduction

Plastic deformation of quasicrystals is a new subject. Among others, the group of Urban, Messerschmidt and co-workers studied the problem through a series of experimental observations [1-7]. They found that the mechanism of plastic deformation in such a case consists of dislocation motion. Trebin and co-workers [8] carried out a theoretical study on the dislocation motion for a decagonal quasicrystal. They also performed some molecular dynamics simulations to discuss the interaction between a crack and dislocations in the material [9]. Fan [10], and Fan et al [11] obtained a solution for stationary and moving dislocations of one-dimensional hexagonal quasicrystals. Li et al $[12,13]$ have constructed analytic solutions for dislocations in two-dimensional decagonal quasicrystals of point groups 10 mm and $10, \overline{10}$ respectively. They $[10,14,15]$ also found the analytic solution for a Griffith crack in a one-dimensional hexagonal, and two-dimensional decagonal and octagonal quasicrystal. These can also be referred to in monograph [10] or review paper [16]. Recently Liu and Fan [17] developed a complex variable function method for solving the elasticity problems of an elliptic notch in a 10 mm point group two-dimensional decagonal quasicrystal. These solutions can provide some information for discussing the interaction between dislocations and cracks in quasicrystals. In this paper, the classical BCS model for crystals $[18,19]$ is extended to quasicrystals. We focus on the common character of dislocation solutions in one- and two-dimensional quasicrystals, on the basis of which the integral equation method can uniformly manipulate the interaction between cracks and dislocations, and by


Figure 1. Schematic picture of a screw dislocation pile up group coupled with a crack in a onedimensional hexagonal quasicrystal.
which analytic solutions are obtained. Though we can use the complex variable method to solve the problems, this is not given here since the derivation would tend to be protracted.

## 2. A survey on the solutions of dislocations in quasicrystals

A quasicrystal is a structure of solids involving two different low energy elementary excitations-phonon and phason, where the former is in the parallel space (physical space) while the latter is in a vertical space (complementary space). The existence of the phason field causes an essential difference in the elasticity of quasicrystals compared to that of crystals.

Consider a quasicrystal in a rectilinear system $(x, y, z)$. If the one-dimensional quasicrystal along the $z$ axis atomic arrangement is quasiperiodic, and that along the $x-y$ plane atomic arrangement is periodic, then we have phonon displacements $u_{x}, u_{y}, u_{z}$ and phason displacement $w_{z}$ (and $w_{x}=w_{y}=0$ ). The Burgers vector of a straight dislocation along the axis $z$ for the quasicrystal is $\boldsymbol{b}=\left(b_{1}^{\|}, b_{2}^{\|}, b_{3}^{\|}, 0,0, b_{3}^{\perp}\right.$ ). (A comprehensive discussion on the introduction to the six-dimensional Burgers vector can be found in [20].) Since the components $b_{1}^{\|}, b_{2}^{\|}$for the case are pure phonon Burgers vector components, we will not discuss them here. We are interested in only the components $b_{3}^{\|}$and $b_{3}^{\perp}$, which are in phononphason coupling. The stress field induced by $b_{3}^{\|}$and $b_{3}^{\perp}$ of the dislocation located at the origin of the coordinates (figure 1) in a one-dimensional hexagonal quasicrystal [10] is

$$
\begin{align*}
& \sigma_{x z}=\sigma_{z x}=-\frac{C_{44} b_{3}^{\|}}{2 \pi}\left(\frac{y}{r^{2}}\right)-\frac{R_{3} b_{3}^{\perp}}{2 \pi}\left(\frac{y}{r^{2}}\right) \\
& \sigma_{y z}=\sigma_{z y}=-\frac{C_{44} b_{3}^{\|}}{2 \pi}\left(\frac{x}{r^{2}}\right)-\frac{R_{3} b_{3}^{\perp}}{2 \pi}\left(\frac{x}{r^{2}}\right)  \tag{1}\\
& H_{z x}=-\frac{K_{2} b_{3}^{\perp}}{2 \pi}\left(\frac{y}{r^{2}}\right)-\frac{R_{3} b_{3}^{\|}}{2 \pi}\left(\frac{y}{r^{2}}\right) \\
& H_{z y}=-\frac{K_{2} b_{3}^{\perp}}{2 \pi}\left(\frac{x}{r^{2}}\right)+\frac{R_{3} b_{3}^{\|}}{2 \pi}\left(\frac{x}{r^{2}}\right)
\end{align*}
$$

where $r=\sqrt{x^{2}+y^{2}}, \sigma_{i j}$ denotes the phonon stress components, $H_{i j}$ the phason components, $C_{44}$ the phonon elastic constant, $K_{2}$ the phason elastic constant, and $R_{3}$ the phonon-phason coupling elastic constant.

Secondly we will consider a two-dimensional quasicrystal in the same coordinate system. Assume that the atomic arrangement along $z$ is periodic, while in the $x-y$ plane the atomic arrangement is quasiperiodic. We have phonon displacements $u_{x}, u_{y}, u_{z}$ and phason ones $w_{x}, w_{y}$ (and $w_{z}=0$ ). If there is a straight dislocation along the axis $z$ in the quasicrystal, then one has Burgers vector $\boldsymbol{b}=\left(b_{1}^{\|}, b_{2}^{\|}, b_{3}^{\|}, b_{1}^{\perp}, b_{2}^{\perp}, 0\right)$. For a point group 10 mm two-dimensional quasicrystal, Li and Fan [12] obtained the solution in terms of the Fourier transform; the results are the same as those given by Ding et al [20] by the Green function method. We will list here only the relevant stresses induced by components $b_{1}^{\|}$and $b_{1}^{\perp}$ [12]:

$$
\begin{aligned}
& \sigma_{y x}= \sigma_{x y}= \\
& \frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+2 M) K_{1}-R^{2}} \frac{x\left(x^{2}-y^{2}\right)}{r^{4}} \\
&+\frac{b_{1}^{\perp}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right] R} \frac{2 x y^{2}\left(y^{2}-x^{2}\right)}{r^{6}} \\
& \sigma_{y y}=\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+2 M) K_{1}-R^{2}} \frac{y\left(x^{2}-y^{2}\right)}{r^{4}}-\frac{b_{1}^{\perp}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right] R} \frac{y^{3}\left(3 x^{2}-y^{2}\right)}{r^{6}} \\
& H_{y x}=- \frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)\left(K_{1}-K_{2}\right) R}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} \frac{x^{3}\left(3 y^{2}-x^{2}\right)}{r^{6}} \\
& \quad-\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} x \\
& \times\left[\frac{2\left(x^{2}-y^{2}\right)}{r^{4}}+\frac{\left(x^{2}-y^{2}\right)\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right] \\
& H_{x y}=- \frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R}{(L+2 M) K_{1}-R^{2}} \frac{x y^{2}\left(3 x^{2}-y^{2}\right)}{r^{6}+\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}} \\
& \times\left[\alpha \frac{x^{2}}{r^{2}}+\frac{2 x y^{2}\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right] \\
& H_{y y}=- \frac{b_{1}^{\|}}{\pi} \frac{(L}{} \begin{aligned}
&(L+2 M)\left(K_{1}-K_{2}\right) R \\
&\left(L x_{1}^{2}-R^{2}\right. \frac{\left.x x^{2}-y^{2}\right)}{r^{6}} \\
&-\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} y \\
& \times\left[\frac{2\left(x^{2}-y^{2}\right)}{r^{4}}+\frac{\left(x^{2}-y^{2}\right)\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right] .
\end{aligned}
\end{aligned}
$$

Here $\sigma_{x x}$ and $H_{x x}$ are omitted, whereas
$r=\sqrt{x^{2}+y^{2}}, \quad L=C_{12}, \quad M=\left(C_{11}-C_{12}\right) / 2=C_{66}$,
$\alpha=\frac{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}{(L+M)\left(K_{1}-K_{2}\right) R^{2}}\left[2+\frac{(L+M) K_{2}-R^{2}}{(L+2 M) K_{1}-R^{2}}+\frac{M K_{2}-R^{2}}{M K_{1}-R^{2}}\right]$.
For a point group $10, \overline{10}$ two-dimensional quasicrystal, we offer the solution for a dislocation by the Fourier transform method [13]. The solution is not found by other methods (including the Green function method). Here we will list only the stress field induced by the components $b_{1}^{\|}, b_{1}^{\perp}$ of the Burgers vector for the dislocation:

$$
\begin{aligned}
& \sigma_{y x}=\sigma_{x y}= \frac{b_{1}^{\|}}{\pi} \\
& \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+2 M) K_{1}-R^{2}} \frac{x\left(x^{2}-y^{2}\right)}{r^{4}} \\
&-\frac{b_{1}^{\perp}}{\pi} \frac{\left(M K_{1}-R^{2}\right)(L+2 M)\left(K_{1}-K_{2}\right) R}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} \\
& \times\left[\frac{R_{1}}{R} \frac{x y^{2}\left(3 x^{2}-y^{2}\right)}{r^{6}}+\frac{R_{2}}{R} \frac{x^{2}\left(3 y^{2}-x^{2}\right)}{r^{6}}\right]
\end{aligned}
$$

$$
\sigma_{y y}=\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right) R}{(L+2 M) K_{1}-R^{2}} \frac{y\left(x^{2}-y^{2}\right)}{r^{4}}-\frac{b_{1}^{\perp}}{\pi} \frac{\left(M K_{1}-R^{2}\right)(L+M)\left(K_{1}-K_{2}\right) R}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}
$$

$$
\times\left[\frac{R_{1}}{R} \frac{y^{3}\left(3 x^{2}-y^{2}\right)}{r^{6}}+\frac{R_{2}}{R} \frac{x y^{2}\left(3 y^{2}-x^{2}\right)}{r^{6}}\right]
$$

$$
H_{y x}=-\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R}{\left[(L+2 M) K_{1}-R^{2}\right]}\left[-\frac{R_{1}}{R} \frac{x^{3}\left(3 y^{2}-x^{2}\right)}{r^{6}}+\frac{R_{2}}{R} \frac{x^{3}\left(3 x^{2}-y^{2}\right)}{r^{6}}\right]
$$

$$
-\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}
$$

$$
\times\left\{\frac{R_{1}^{2}-R^{2}}{R^{2}}\left[\frac{2\left(x^{2}-y^{2}\right)}{r^{4}}+\frac{\left(x^{2}-y^{2}\right)\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right]\right.
$$

$$
\left.\times \frac{4 R_{1} R_{2}}{R_{2}} \frac{x y\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right\}
$$

$$
H_{x y}=-\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R}{(L+2 M) K_{1}-R^{2}}\left[\frac{R_{1}}{R} \frac{x y^{2}\left(3 x^{2}-y^{2}\right)}{r^{6}}+\frac{R_{2}}{R} \frac{x^{2} y\left(3 y^{2}-x^{2}\right)}{r^{6}}\right]
$$

$$
+\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R^{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}
$$

$$
\times\left\{\beta \frac{x}{r^{2}}+y\left[\frac{R_{1}^{2}-R_{2}^{2}}{R^{2}} \frac{2 x y\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{6}}\right.\right.
$$

$$
\left.\left.+\frac{2 R_{1} R_{2}}{R^{2}}\left(\frac{2\left(x^{2}-y^{2}\right)}{r^{4}}+\frac{\left(x^{2}-y^{2}\right)\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right)\right]\right\}
$$

$$
H_{y y}=-\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(K_{1}-K_{2}\right) R}{(L+2 M) K_{1}-R^{2}}\left[\frac{R_{1}}{R} \frac{x^{2} y\left(3 y^{2}-x^{2}\right)}{r^{6}}-\frac{R_{2}}{R} \frac{x y^{2}\left(3 x^{2}-y^{2}\right)}{r^{6}}\right]
$$

$$
-\frac{b_{1}^{\perp}}{4 \pi} \frac{(L+M)\left(K_{1}-K_{2}\right)^{2} R^{2} y}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}\left\{\frac{R_{1}^{2}-R_{2}^{2}}{R^{2}}\right.
$$

$$
\times\left[\frac{2\left(x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{4}}+\frac{\left(x^{2}-y^{2}\right)\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right]
$$

$$
\left.+\frac{4 R_{1} R_{2}}{R^{2}} \frac{x y\left(3 x^{2}-y^{2}\right)\left(3 y^{2}-x^{2}\right)}{r^{8}}\right\} .
$$

Here $\sigma_{x x}$ and $H_{x x}$ are not listed, whereas
$R=\sqrt{R_{1}^{2}+R_{2}^{2}}$,
$\beta=\frac{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)}{(L+M)\left(K_{1}-K_{2}\right) R^{2}}\left[2+\frac{(L+2 M) K_{2}-R^{2}}{(L+M) K_{1}-R^{2}}+\frac{M K_{2}-R^{2}}{M K_{1}-R^{2}}\right]$.


Figure 2. Schematic picture of an 'edge' dislocation pile up group coupled with a crack in a two-dimensional decagonal quasicrystal.

The difference between the solutions for point group 10 mm and point group 10, $\overline{10}$ lies in the phonon-phason coupling elastic constants: the former has only one coupling elastic constant $R$ while the latter has two different coupling elastic constants $R_{1}$ and $R_{2}$. This makes the computation more difficult for the solution of the problem for point group $10, \overline{10}$.

Solutions corresponding to other components of the Burgers vectors have not been listed, again in consideration of limitation in space.

Solutions of a dislocation in a point group 8 mm two-dimensional quasicrystal were given in [10, 21], involving more elastic constants. However, the results are too protracted to be given at length. The solution on a dislocation in point group 12 mm two-dimensional quasicrystal is simpler where the phonon and phason fields are decoupled. It too will not be listed here.

The most important shear stresses in the solutions listed above present a common feature at $y=0$ :

$$
\begin{equation*}
\sigma_{i j}(x, 0)=A \frac{1}{x} \tag{4}
\end{equation*}
$$

where $A$ is a constant different for different quasicrystal systems and which is made up of phonon, phason and phonon-phason coupling elastic constants and as well as the corresponding Burgers components reflecting the influence of quasicrystal systems and sample configurations.

## 3. Plastic flow around crack tips

Assume that there is a Griffith crack with length $2 l$ along the $z$ axis in a one- or two-dimensional quasicrystal, subjected to a stress at infinity $\sigma_{y z}=\tau^{(\infty)}$ for the one-dimensional quasicrystal (figure 1) or $\sigma_{y x}=\tau^{(\infty)}$ for the two-dimensional quasicrystal (figure 2), and that around the crack tip there is a dislocation pile up of length $d$ (figure 1 or 2 ). The material is subjected to a plastic flow stress $\tau_{\mathrm{c}}$ which is a material constant, and the size $d$ is unknown so far.

The interaction between a crack and dislocation pile up in a quasicrystal is a problem of plasticity theory of the material, which is a nonlinear problem mathematically and physically due to the irreversible deformation. But we have assumed already that the stress distribution within the plastic zone is known, i.e.,
$y=0, \quad l<|x|<l+d: \quad \sigma_{y z}=\tau_{\mathrm{c}} \quad$ for a one-dimensional quasicrystal,
and
$y=0, \quad l<|x|<l+d: \quad \sigma_{y x}=\tau_{c} \quad$ for a two-dimensional quasicrystal,
respectively, so that the nonlinear problem is linearized mathematically, i.e., the plasticity problem is reduced to an 'equivalent' elasticity problem. This makes the mathematical treatment extremely simplified. It is well-known that the superposition principle can be used for linear problems. Using the superposition principle, the boundary value problem for the interaction between a crack and a screw dislocation pile up group in a one-dimensional quasicrystal can be reduced to

$$
\begin{array}{ll}
\sqrt{x^{2}+y^{2}} \rightarrow \infty: & \sigma_{i j}=0, \quad H_{i j}=0 \\
y=0, \quad|x|<l: & \sigma_{y z}=-\tau^{(\infty)}, \quad H_{y z}=0  \tag{7}\\
y=0, \quad l<|x|<l+d: & \sigma_{y z}=-\tau^{(\infty)}+\tau_{\mathrm{c}}, \quad H_{y z}=0
\end{array}
$$

and for the interaction between a crack and a straight 'edge' dislocation pile up group of a two-dimensional quasicrystal, the boundary value problem is reduced to

$$
\begin{array}{ll}
\sqrt{x^{2}+y^{2}} \rightarrow \infty: & \sigma_{i j}=0, \quad H_{i j}=0 \\
y=0, \quad|x|<l: & \sigma_{y x}=-\tau^{(\infty)}, \quad H_{y x}=0, \quad \sigma_{y y}=0, \quad H_{y y}=0  \tag{8}\\
y=0, \quad l<|x|<l+d: & \sigma_{y x}=-\tau^{(\infty)}+\tau_{\mathrm{c}}, \quad H_{y x}=0, \quad \sigma_{y y}=0, \quad H_{y y}=0
\end{array}
$$

Though the governing equations of the two problems above are quite different (i.e., the governing equation for one-dimensional quasicrystals is a fourth order partial differential equation while for two-dimensional quasicrystals it is an eighth order partial differential equation; see appendix A), and the mathematical structure of the boundary conditions related to crack-dislocations interaction presents some common features, they can uniformly be reduced to an integral equation by introducing the dislocation density $f(\xi)$ such as

$$
\begin{equation*}
\int_{L} \frac{f(\xi) \mathrm{d} \xi}{\xi-x}=\frac{\tau(x)}{A} \tag{9}
\end{equation*}
$$

where $\xi$ is the coordinate of the source point and $x$ the coordinate of the field point at the real axis, $L$ represents the real axis, and
$\tau(x)= \begin{cases}-\tau^{(\infty)}, & |x|<l \\ -\tau^{(\infty)}+\tau_{\mathrm{c}}, & l<|x|<l+d\end{cases}$
$A= \begin{cases}-\frac{C_{44} b_{3}^{\|}}{2 \pi}+\frac{R_{3} b_{3}^{\perp}}{2 \pi} & \text { for case (a) } \\ \frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+M) K_{1}+\left(M K_{1}-R^{2}\right)} & \text { for case (b) } \\ \frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+2 M) K_{1}-R^{2}} & \\ +\frac{b_{1}^{\perp}}{\pi} \frac{\left(M K_{1}-R^{2}\right)(L+2 M)\left(K_{1}-K_{2}\right) R_{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} & \text { for case (c). }\end{cases}$
In the above expressions we distinguish the following cases, namely:
(a) for a screw dislocation pile up in a one-dimensional hexagonal quasicrystal;
(b) for a straight 'edge' dislocation pile up in a point group 10 mm two-dimensional quasicrystal; and
(c) for a straight 'edge' dislocation pile up in a point group 10, $\overline{10}$ two-dimensional quasicrystal.

Equation (9) is a Cauchy type singular integral equation. By the theory of Muskhelishvili [22] and (10) we obtain the solution of (9):

$$
\begin{align*}
f(x)=-\frac{1}{\pi^{2} A} & \sqrt{\frac{x+(l+d)}{x-(l+d)}} \int_{L} \sqrt{\frac{\xi-(l+d)}{\xi+(l+d)}} \tau(\xi) \frac{\mathrm{d} \xi}{\xi-x} \\
= & -\frac{1}{\pi^{2}} \sqrt{\frac{x+(l+d)}{x-(l+d)}}\left\{\mathrm{i}\left[2 \tau_{\mathrm{c}} \cos ^{-1}\left(\frac{l}{l+d}\right)-\tau^{(\infty)} \pi\right]\right\} \\
& +\frac{1}{\pi^{2}}\left[\cosh ^{-1}\left|\frac{(l+d)^{2}-l x}{(l+d)(l-x)}\right|-\cosh ^{-1}\left|\frac{(l+d)^{2}+l x}{(l+d)(l+x)}\right|\right] \tag{12}
\end{align*}
$$

To avoid lengthy derivations, the details of the calculation have to be omitted here. Because the dislocation density $f(x)$ should be a real number, the factor multiplying the imaginary number $i$ must be zero; this leads to

$$
\begin{equation*}
2 \tau_{\mathrm{c}} \cos ^{-1}\left(\frac{l}{l+d}\right)-\tau^{(\infty)} \pi=0 \tag{13}
\end{equation*}
$$

or

$$
d=l\left[\sec \left(\frac{\pi \tau^{(\infty)}}{2 \tau_{\mathrm{c}}}\right)-1\right]
$$

Hence the extent of the dislocation pile up is determined. Further explanation for the physical meaning of the calculation can be found in appendix B.

From solution (12) we can evaluate the amount of dislocations $N(x)$, i.e.,

$$
\begin{equation*}
N(x)=\int_{0}^{x} f(\xi) \mathrm{d} \xi \tag{14}
\end{equation*}
$$

Substituting (12) (coupled with (13)) into (14), we can get $N(l+d)$ and $N(l)$, so the amount of the dislocation motion is

$$
\begin{align*}
\delta & =b_{3}^{\|}[N(l+d)-N(l)]=\frac{2 b_{3}^{\|} l}{\pi^{2} A}\left(\ln \frac{l+d}{l}\right)=\frac{2 b_{3}^{\|} l}{\pi^{2} A}\left(\ln \sec \left(\frac{\pi \tau^{(\infty)}}{2 \tau_{\mathrm{c}}}\right)\right)  \tag{15}\\
A & =-\frac{1}{2 \pi}\left(C_{44} b_{3}^{\|}-R_{3} b_{3}^{\perp}\right)
\end{align*}
$$

for the interaction between a crack and a screw dislocation pile up group in a one-dimensional quasicrystal, and

$$
\begin{align*}
& \delta=b_{1}^{\|}[N(l+d)-N(l)]=\frac{2 b_{1}^{\|} l}{\pi^{2} A}\left(\ln \frac{l+d}{l}\right)=\frac{2 b_{1}^{\|} l}{\pi^{2} A}\left(\ln \sec \left(\frac{\pi \tau^{(\infty)}}{2 \tau_{\mathrm{c}}}\right)\right)  \tag{16}\\
& A= \begin{cases}\frac{b_{1}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+M) K_{1}+\left(M K_{1}-R^{2}\right)} & \text { for point group 10mm } \\
\frac{b_{1}^{\|}}{\pi} \frac{(L+M)\left(M K_{1}-R^{2}\right)}{(L+2 M) K_{1}-R^{2}} & \\
\quad+\frac{b_{1}^{\perp}}{\pi} \frac{\left(M K_{1}-R^{2}\right)(L+2 M)\left(K_{1}-K_{2}\right) R_{2}}{\left[(L+2 M) K_{1}-R^{2}\right]\left(M K_{1}-R^{2}\right)} & \text { for point group 10, } \overline{10}\end{cases} \tag{17}
\end{align*}
$$

for the interaction between a crack and a straight 'edge' dislocation pile up group in a twodimensional decagonal quasicrystal.

If $\tau^{(\infty)} / \tau_{\mathrm{c}} \ll 1$, and by making a Taylor expansion to $\sec \left(\pi \tau^{(\infty)} / 2 \tau_{\mathrm{c}}\right)$ and holding to the second term, then (13) gives

$$
\begin{equation*}
\frac{d}{l} \simeq \frac{\pi^{2}}{8}\left(\frac{\tau^{(\infty)}}{\tau_{\mathrm{c}}^{2}}\right)^{2} \tag{18}
\end{equation*}
$$

so $d / l \ll 1$ too in this case, which is the small scale plastic deformation case. From (B.1) we know that

$$
\begin{equation*}
K=\sqrt{\pi(l+d)} \tau^{(\infty)} \simeq \sqrt{\pi l} \tau^{(\infty)} \tag{19}
\end{equation*}
$$

in which the subscript of $K$ is omitted for simplicity; then (18) can be expressed by

$$
\begin{equation*}
d \simeq \frac{\pi^{2}}{8}\left(\frac{K}{\tau_{\mathrm{c}}}\right)^{2} \tag{20}
\end{equation*}
$$

In a similar manner (15), (16) have the approximate forms in this case, respectively

$$
\begin{equation*}
\delta \simeq \frac{b_{3}^{\|}}{2 \pi A} \frac{K^{2}}{\tau_{\mathrm{c}}} \tag{21}
\end{equation*}
$$

for the interaction between an anti-plane crack and a screw dislocation pile up in onedimensional quasicrystals, where $A$ is given by the second formula of equation (15), and

$$
\begin{equation*}
\delta \simeq \frac{b_{1}^{\|}}{2 \pi A} \frac{K^{2}}{\tau_{\mathrm{c}}} \tag{22}
\end{equation*}
$$

for the interaction between a plane crack and an 'edge' dislocation pile up in two-dimensional quasicrystals, where $A$ is defined by (17).

From (20) to (22) it can be seen that the extent of plastic flow and amount of dislocation slip can be expressed by the corresponding stress intensity factors, which are the parameters of linear elastic fracture theory, in the small scale plastic deformation case. But (20)-(22) do not hold apart from in the case of small scale plastic deformation. This means that we must do a complete plastic analysis for medium and large scale deformation cases, and (13), (15) and (16) are necessary.

The discussion here is limited by the background of present knowledge of solutions of cracks and dislocations of quasicrystals. So far the results in this respect are very limited due to the tremendous complexity of the material and the huge difficulty of the mathematical treatment. Even if this is so, the above analysis reveals that:
(1) the plastic zone is coplanar with the crack surface;
(2) the plastic zone is a dislocation pile up with counter direction;
(3) the amount of slip around the crack tip is equal to $b_{3}^{\|}[N(l+d)-N(l)]$ for a screw dislocation group of one-dimensional quasicrystals, and $b_{1}^{\|}[N(l+d)-N(l)]$ for an 'edge' dislocation group of two-dimensional quasicrystals.

Of course the theoretical prediction needs to be verified by experimental observation.

## 4. Conclusions and discussion

Though a quasicrystal remains a brittle material in the range of low and normal temperatures, it may appear to have plastic flow at higher temperatures as pointed out in [1-7]. Meanwhile there may appear high stress concentration near a dislocation core or crack tip in the material. The stress level can go beyond the plastic limit $\tau_{\mathrm{c}}$ ( or $\sigma_{\mathrm{c}}$ ) in the high stress zone. This also leads to plastic flow in quasicrystalline materials. References [1-7] predicted that the mechanism of plasticity reveals a dislocation motion. So a discussion of the interaction between a crack and dislocations is of interest. The results of (15) and (16) may be used as a parameter of the
elasto-plastic fracture parameter for the material in the case of medium and large scale plastic deformations. The calculation in previous sections provides some quantitative pictures for the subject, where the classical BCS model for crystals is extended. If the phason parameters are absent, i.e., $w_{i}=0, K_{i}=0, R_{i}=0, b_{i}^{\perp}=0$, then solutions (13), (15) are reduced to the classical BCS solution for screw dislocations coupled with an anti-plane crack, where $A=C_{44} b / 2 \pi$, and $b$ denotes the conventional Burgers vector. Solutions (13), (16) are then reduced to the classical BCS solution for edge dislocations coupled with a plane crack for hexagonal crystal where $A=(L+M) M b / \pi(L+2 M), L=C_{12}, M=\left(C_{11}-C_{12}\right) / 2=C_{66}$ and $b$ represents the conventional Burgers vector. If the material is an isotropic one, i.e., $C_{12}=\lambda, C_{44}=C_{66}=\mu$ which are the Lamé constants, then the solutions reduce to the BCS solution for isotropic crystals, for which Bilby et al had given their solution for the case in $[18,19]$. This confirms that our solutions are exactly correct physically and mathematically.

From our solutions it can be found that the influence of the phason field is evident. This influence lies in both the phason Burgers components $b_{i}^{\perp}$ and phason elastic constants $K_{i}$ and phason-phonon coupling elastic constants $R_{i}$. For simplicity, in the calculations in a twodimensional decagonal quasicrystal we need only consider the Burgers components $b_{1}^{\|}$and $b_{1}^{\perp}$. The calculation is similar for other components.

Although the analysis is mainly concerned with the phonon field in the text, this is not in fact the case, as the phason and phonon fields are coupled, and they affect each other, as has been pointed out above. In addition an integral equation like (9) about the stress field $H_{i j}$ and the solution can be obtained, and the derivation is similar. In that case the calculation is related to the generalized traction associated with the phason stress field, but the physical meaning for these parameters (the generalized traction) have not been made clear so far, so the calculation is not given here.

The solution of the interaction between a crack and a dislocation pile up for point group 8 mm two-dimensional quasicrystals can also be derived in a similar manner. The results are not included however, as the formulation requires much space. The solution for point group 12 mm two-dimensional quasicrystals is simpler, owing to decoupling between phonon and phason, so it is not included.

The singular integral equation method based on the known solution for a dislocation is simpler for determining some parameters of the interaction between a crack and a dislocation pile up in quasicrystals. But the method has its limitations. It cannot obtain the entire displacement and stress fields for the interaction problem. For this purpose one must use the complex variable function method as proposed in [10, 17]. Of course, with this method there are limitations too, which can solve those problems only, whose final governing equations must be harmonic, biharmonic and multiharmonic, otherwise it does not work.

In the previous discussion, the $z$ axis was taken as the quasiperiodic direction of atomic arrangement for one-dimensional quasicrystals, and the periodic direction of atomic arrangement for two-dimensional quasicrystals; and it was further assumed that the cracks and dislocations are along this direction. If the cracks and dislocations are not along this direction, but along other directions, say along the $x$ axis, the solutions will be changed because the boundary conditions for the cracks and dislocations are changed from those given by (7), (8) and (A.4), (A.8). The discussion will be lengthy and is avoided here due to limitations in space.

The interaction between cracks and dislocations for a large number of symmetries in quasicrystals, e.g. for icosahedral quasicrystals, is quite interesting. So far there is a lack of exact analytic solution of crack and dislocation interaction for icosahedral quasicrystals. We are presently carrying out such a study, and its results will be reported later.

## Acknowledgments

T Y Fan is grateful to the National Science Foundation of China for support through grants 19977011 and 10372016 and the Alexander von Humboldt Foundation of Germany and the City University of Hong Kong for partial support. He also thanks Professor P R Yan and Dr R P Guo of Beijing Institute of Technology for their kind help in preparing the manuscript.

## Appendix A. Fundamentals of stress analysis of dislocations in quasicrystals

For a one-dimensional hexagonal quasicrystal the screw dislocation problem is formulated by the equilibrium equations

$$
\begin{equation*}
\frac{\partial \sigma_{z x}}{\partial x}+\frac{\partial \sigma_{y z}}{\partial y}=0, \quad \frac{\partial H_{z x}}{\partial x}+\frac{\partial H_{z y}}{\partial y}=0 \tag{A.1}
\end{equation*}
$$

the equations of deformation geometry

$$
\begin{array}{ll}
\varepsilon_{z x}=\frac{1}{2} \frac{\partial u_{z}}{\partial x}=\varepsilon_{x z}, & \varepsilon_{y z}=\frac{1}{2} \frac{\partial u_{z}}{\partial y}=\varepsilon_{y z}  \tag{A.2}\\
w_{z x}=\frac{\partial w_{z}}{\partial x}, & w_{z y}=\frac{\partial w_{z}}{\partial y},
\end{array}
$$

and the stress-strain relations

$$
\begin{align*}
& \sigma_{y z}=\sigma_{z y}=2 C_{44} \varepsilon_{y z}+R_{3} w_{z y} \\
& \sigma_{z x}=\sigma_{x z}=2 C_{44} \varepsilon_{z x}+R_{3} w_{z x}  \tag{A.3}\\
& H_{z x}=2 R_{3} \varepsilon_{z x}+K_{2} w_{z x} \\
& H_{z y}=2 R_{3} \varepsilon_{y z}+K_{2} w_{z y} .
\end{align*}
$$

The final governing equations reduced from (A.1) to (A.3) are $\nabla^{2} u_{z}=0, \nabla^{2} w_{z}=0$, which are comparable to a fourth order partial differential equation of elliptic type, and the boundary conditions

$$
\begin{align*}
& \sqrt{x^{2}+y^{2}} \rightarrow \infty: \quad \sigma_{i j}=0, \quad H_{i j}=0 \\
& \left.u_{z}\right|_{y=0^{+}}-\left.u_{z}\right|_{y=0^{-}}=b_{3}^{\|}  \tag{A.4}\\
& \left.w_{z}\right|_{y=0^{+}}-\left.w_{z}\right|_{y=0^{-}}=b_{3}^{\perp}
\end{align*}
$$

the solution is given in the text.
For a point group 10 mm two-dimensional quasicrystal, the straight 'edge' dislocation problem concerning Burgers components $b_{1}^{\|}$and $b_{1}^{\perp}$ is formulated by the equilibrium equations

$$
\begin{array}{ll}
\frac{\partial \sigma_{x x}}{\partial x}+\frac{\partial \sigma_{x y}}{\partial y}=0, & \frac{\partial \sigma_{y x}}{\partial x}+\frac{\partial \sigma_{y y}}{\partial y}=0 \\
\frac{\partial H_{x x}}{\partial x}+\frac{\partial H_{x y}}{\partial y}=0, & \frac{\partial H_{Y x}}{\partial x}+\frac{\partial H_{Y y}}{\partial y}=0, \tag{A.5}
\end{array}
$$

the equations of deformation geometry

$$
\begin{array}{lll}
\varepsilon_{x x}=\frac{\partial u_{x}}{\partial x}, & \varepsilon_{y y}=\frac{\partial u_{y}}{\partial y}, & \varepsilon_{x y}=\frac{1}{2}\left(\frac{\partial u_{x}}{\partial y}+\frac{\partial u_{y}}{\partial x}\right)=\varepsilon_{y x} \\
w_{x x}=\frac{\partial w_{x}}{\partial x}, & w_{y y}=\frac{\partial w_{y}}{\partial y}, & w_{x y}=\frac{\partial w_{x}}{\partial y}, \quad w_{y x}=\frac{\partial w_{y}}{\partial x} \tag{A.6}
\end{array}
$$

and the stress-strain relations

$$
\begin{align*}
& \sigma_{x x}=L\left(\varepsilon_{x x}+\varepsilon_{y y}\right)+2 M \varepsilon_{x x}+R\left(w_{x x}+w_{y y}\right) \\
& \sigma_{y y}=L\left(\varepsilon_{x x}+\varepsilon_{y y}\right)+2 M \varepsilon_{y y}-R\left(w_{x x}+w_{y y}\right) \\
& \sigma_{x y}=\sigma_{y x}=2 M \varepsilon_{x y}+R\left(w_{y x}-w_{x y}\right) \\
& H_{x x}=K_{1} w_{x x}+K_{2} w_{y y}+R\left(\varepsilon_{x x}-\varepsilon_{y y}\right)  \tag{A.7}\\
& H_{y y}=K_{1} w_{y y}+K_{2} w_{x x}+R\left(\varepsilon_{x x}-\varepsilon_{y y}\right) \\
& H_{x y}=K_{1} w_{x y}-K_{2} w_{y x}-2 R \varepsilon_{x y} \\
& H_{y x}=K_{1} w_{y x}-K_{2} w_{x y}+2 R \varepsilon_{x y} .
\end{align*}
$$

The final governing equation reduced from (A.5) to (A.7) is $\nabla^{2} \nabla^{2} \nabla^{2} \nabla^{2} F=0$, where $F$ is a displacement potential function, so this is an eighth order partial differential equation of elliptic type, and the boundary conditions

$$
\begin{align*}
& \sqrt{x^{2}+y^{2}} \rightarrow \infty: \quad \sigma_{i j}=0, \quad H_{i j}=0 \\
& \left.u_{x}\right|_{y=0^{+}}-\left.u_{x}\right|_{y=0^{-}}=b_{1}^{\|}  \tag{A.8}\\
& \left.w_{x}\right|_{y=0^{+}}-\left.w_{x}\right|_{y=0^{-}}=b_{1}^{\perp}
\end{align*} .
$$

The solution is given in the text.
For a point group 10, $\overline{10}$ two-dimensional quasicrystal, the formulation for the corresponding dislocation problem is similar to that for point group 10 mm but instead of (A.7), we have

$$
\begin{align*}
& \sigma_{x x}=L\left(\varepsilon_{x x}+\varepsilon_{y y}\right)+2 M \varepsilon_{x x}+R_{1}\left(w_{x x}+w_{y y}\right)+R_{2}\left(w_{x y}-w_{y x}\right) \\
& \sigma_{y y}=L\left(\varepsilon_{x x}+\varepsilon_{y y}\right)+2 M \varepsilon_{y y}-R_{1}\left(w_{x x}+w_{y y}\right)-R_{2}\left(w_{x y}-w_{y x}\right) \\
& \sigma_{x y}=\sigma_{y x}=2 M \varepsilon_{x y}+R_{1}\left(w_{y x}-w_{x y}\right)+R_{2}\left(w_{x y}+w_{y x}\right)  \tag{A.9}\\
& H_{x x}=K_{1} w_{x x}+K_{2} w_{y y}+R_{1}\left(\varepsilon_{x x}-\varepsilon_{y y}\right)+2 R_{2} \varepsilon_{x y} \\
& H_{x y}=K_{1} w_{x y}-K_{2} w_{y x}-2 R_{1} \varepsilon_{x y}+R_{2}\left(\varepsilon_{x x}-\varepsilon_{y y}\right) \\
& H_{y x}=K_{1} w_{y x}-K_{2} w_{x y}+2 R_{1} \varepsilon_{x y}-R_{2}\left(\varepsilon_{x x}-\varepsilon_{y y}\right) .
\end{align*}
$$

The final governing equation reduced from (A.5) to (A.7) is $\nabla^{2} \nabla^{2} \nabla^{2} \nabla^{2} F^{\prime}=0$, which is similar to that for point group 10 mm two-dimensional quasicrystals, but the definition of the displacement potential function $F^{\prime}$ is more complicated than that of $F$ for point group 10 mm and the solution is given in the text.

## Appendix B. Physical meaning of the imaginary part of formula (12) being zero

From figure 1 it is seen that the fictitious crack (real crack plus the plastic zone or dislocation pile up) is subjected to an applied stress $-\tau^{(\infty)}$ (at $\left.y=0,|x| \leqslant l+d\right)$ and the limit stress $\tau_{\mathrm{s}}$ (at $y=0, l<|x|<l+d$ ). For the applied stress $-\tau^{\infty}$, there is the stress intensity factor

$$
\begin{equation*}
K^{(1)}=\sqrt{\pi(l+d)} \tau^{(\infty)} \tag{B.1}
\end{equation*}
$$

while for the limit stress $\tau_{\mathrm{c}}$, we have the stress intensity factor

$$
\begin{equation*}
K^{(2)}=-2 \tau_{\mathrm{c}} \sqrt{\frac{l+d}{\pi}} \cos ^{-1}\left(\frac{l}{l+d}\right) . \tag{B.2}
\end{equation*}
$$

Because the material is in a plastic flow state, there is no stress singularity at the crack tip, so the total stress intensity factors must be zero, i.e.,

$$
\begin{equation*}
K^{\text {total }}=K^{(1)}+K^{(2)}=0 \tag{B.3}
\end{equation*}
$$

This leads to

$$
\begin{equation*}
2 \tau_{\mathrm{c}} \cos ^{-1}\left(\frac{l}{l+d}\right)-\tau^{(\infty)} \pi=0 \tag{B.4}
\end{equation*}
$$

This is just (13) in the text, so the expression is the result of cancelling the stress singularity for the plastic flow state.

## References

[1] Wollgarten M et al 1995 In-situ observation of dislocation motion in icosahedral Al-Pd-Mn single quasicrystal Phil. Mag. Lett. 71 99-105
[2] Messerschmidt U et al 2000 Plastic deformation of icosahedral Al-Pd-Mn single quasicrystals Phil. Mag. A 80 1165-81
[3] Messerschmidt U et al 1999 Friction mechanism of dislocation motion in icosahedral Al-Pd-Mn quasicrystals Phil. Mag. A 79 2123-35
[4] Messerschmidt U et al 1999 The activation parameters and the mechanism of plastic deformation of Al-Pd-Mn single quasicrystals Mater. Sci. Soc. Symp. Proc. 553 319-24
[5] Bartsch Met al 2000 Plastic properties of icosahedral Al-Pd-Mn single quasicrystals Mater. Sci. Eng. A 294-296 761-4
[6] Messerschmidt U et al 2000 Microprocesses of the plastic deformation of icosahedral Al-Pd-Mn single quasicrystals Mater. Sci. Eng. A 294-296 757-60
[7] Feuerbacher M et al 1997 Plastic deformation of decagonal Al-Ni-Co quasicrystals Phil. Mag. Lett. 76 369-75
[8] Trebin H-R et al 1993 Motion of dislocation in two-dimensional quasicrystals J. Non-cryst. Solids 153/154 272-6
[9] Mikulla R et al 1998 Crack propagation in quasicrystals Phys. Rev. Lett. 81 3163-6
[10] Fan T Y 1999 Mathematical Theory of Elasticity of Quasicrystals and its Applications (Beijing: Beijing Institute of Technology Press) (in Chinese)
[11] Fan T Y et al 1999 A moving screw dislocation in a one-dimensional hexagonal quasicrystal Acta Phys. Sin. 8 288-95 (Overse Edition)
[12] Li X F and Fan T Y 1998 New method for solving elasticity problems of some planar quasicrystals Chin. Phys. Lett. 15 278-80
[13] Li X F et al 1999 Elastic field for a straight dislocation in a decagonal quasicrystal J. Phys.: Condens. Matter 11 703-11
[14] Li X F et al 1999 A decagonal quasicrystal with a Griffith crack Phil. Mag. A 79 1943-52
[15] Zhou W M and Fan T Y 2001 Plane elasticity problem of two-dimensional octagonal quasicrystals and crack problem Chin. Phys. 10 743-7
[16] Fan T Y and Mai Y W 2004 Elasticity theory, fracture mechanics and some relevant thermal properties of quasicrystalline materials Appl. Mech. Rev. 32 at press
[17] Liu G T and Fan T Y 2003 Complex method for solving plane elasticity of point group 10 mm quasicrystals and solution of the notch problems Sci. China E 46 326-36
[18] Bilby B A, Cottrell A H and Swinden K H 1963 The spread of plastic yield from a notch Proc. R. Soc. A 272 304-14
[19] Bilby B A, Cottrell A H, Smith E and Swinden K H 1964 Plastic yielding from sharp notches Proc. R. Soc. A 279 1-9
[20] Ding D H, Wang R H, Yang W G and Hu C Z 1995 General expressions for the elastic displacement fields induced by dislocation in quasicrystals J. Phys.: Condens. Matter 7 5423-36
[21] Zhou W M 2000 Dislocation and crack problems of some two- and three-dimensional quasicrystals Dissertation Beijing Institute of Technology, Beijing
[22] Muskhelishvili N I 1956 Singular Integral Equations (Groningen: Noordhoff) (trans. J R M Radok)

